NEAR INFRARED – EMITTING Zn$_2$SiO$_4$ POWDERS PRODUCED BY HIGH-ENERGY PLANETARY BALL MILLING TECHNIQUE

L. T. T. Vien$^{1, *}$, Nguyen Tu$^{1,2, *}$, N. Tri Tuan$^3$, N. D. Hung$^1$, D. X. Viet$^1$, N. T. Khoi$^1$, P. T. Huy$^1$

$^1$Advanced Institute of Science and Technology (AIST), Hanoi University of Science and Technology (HUST), 01 Dai Co Viet, Ha Noi, Viet Nam

$^2$Physics Department, Quy Nhon University, Quy Nhon, Viet Nam

$^3$College of Science, Can Tho University, 3/2, Ninh Kieu, Can Tho, Viet Nam

$^*$Email: lethithaovien@qnu.edu.vn and tunguyenvq@gmail.com

Received: 15 August 2017; Accepted for publication: 31 March 2018

ABSTRACT

The near infrared-emitting Zn$_2$SiO$_4$ powders were produced by high-energy planetary ball milling of ZnO and SiO$_2$ powders followed by annealing in air environment and at different temperatures. The surface morphology, crystal structure, chemical composition and optical properties of the obtained samples were investigated by means of field emission scanning electron microscope (FESEM), X-ray diffraction (XRD), Raman spectroscopy and photoluminescence measurements (PL) at room temperature. The analysis indicates the formation of Zn$_2$SiO$_4$ phase with annealing temperature of 1250 °C. The size of Zn$_2$SiO$_4$ nanoparticles depends strongly on annealing temperature. Photoluminescence investigation reveals that the optimal annealing temperature for almost only near-infrared emission (~740 nm) is 1250 °C. The origin of this peak can be attributed to the energy transfer from non-bridging oxygen hole centers (NBOHs) to zinc interstitial (Zn$_i$) and oxygen vacancy (V$_o$) states in the Zn$_2$SiO$_4$ host lattice. These results demonstrate that we might be able to produce the Zn$_2$SiO$_4$ powders for applications in high CRI white light emitting diodes by a simple and low-cost method.

Keywords: Zn$_2$SiO$_4$ powders, photoluminescence of Zn$_2$SiO$_4$, near infrared.

1. INTRODUCTION

Zinc silicate (Zn$_2$SiO$_4$) is a well known mineral that belongs to a large family of naturally occurring orthosilicates [1, 2]. The most thermodynamically stable one is α-Zn$_2$SiO$_4$ whose structure is made of [SiO$_4$]$^4$- and [ZnO$_4$]$^6$- tetrahedron. It has attracted much attention because of its unique luminescence properties, wide energy band gap (5.5 eV), excellent chemical stability, and highly saturated color [3, 4, 5]. α-Zn$_2$SiO$_4$ is one of the best candidates for numerous technological applications such as phosphor host, crystalline phase in glass ceramics, electrical
Near infrared-emitting Zn$_2$SiO$_4$ powders produced by high-energy planetary ball milling technique

insulator, glazes, and pigments [3, 4, 5, 6, 7]. In addition, willemite ($\alpha$-Zn$_2$SiO$_4$) is a promising host material for applications in the field of phosphors for light emitting devices.

With the development of materials technology, several physical and chemical synthesis techniques, such as: solid-state reaction, co-precipitation, sol-gel and combustion methods have been utilized to synthesize $\alpha$-Zn$_2$SiO$_4$ [6, 8, 1]. Using sol-gel method, L. Shastri et al. have obtained ZnO – SiO$_2$ with the emission band at about 720 nm which could be assigned to the lattice disorder along the c-axis or transitions related to Zn$_i$ [9]. By using sol-gel method combined with furnace firing, J. El Ghoul et al. have synthesized and studied luminescence of un-doped Zn$_2$SiO$_4$ [10]. The emission spectrum of Zn$_2$SiO$_4$ contains a strong and wide near infrared (NIR) emission band centered around 760 nm which can be connected with the formation of NBOHs excited at the spectral region $h\nu \geq 5.4$ (eV). Besides, in a study of the optical properties of ZnO nanostructures grown on SiO$_2$/Si substrate by thermal evaporation method, Tu Nguyen et al. have attributed the NIR emission around 730 nm to the energy transition from non-bridging oxygen hole centers of SiO$_2$ to Zn$_i$ or V$_0$ states of Zn$_2$SiO$_4$ [10]. The origin of the NIR emission band have not been discussed thoroughy.

In this paper, we have synthesized willemite ($\alpha$-Zn$_2$SiO$_4$) by high-energy planetary ball milling technique using ZnO and SiO$_2$ oxides as raw materials. The method is safe, instantaneous, low cost, and simple [11]. The properties of the samples were analyzed by XRD, SEM, Raman and PL measurements. The influence of synthesis conditions on the particle size and optical properties of willemite ($\alpha$-Zn$_2$SiO$_4$) has also been studied. It is found that the obtained Zn$_2$SiO$_4$ powder emit strongly in the near infrared (740 nm). The origin of this near infrared emission band will be discussed in detail.

2. EXPERIMENTAL

![Figure 1. The process of producing Zn$_2$SiO$_4$ powder by high-energy planetary ball milling combined with annealing in air condition.](image-url)
Commercial ZnO and SiO$_2$ powders (Merck) with purity of 99.0% were used as starting materials. Firstly, mixture of ZnO and SiO$_2$ powder with weight ratio of 1:2 was grinded coarsely for 1 hour followed by high-energy planetary ball milling (Restch PM400) with the speed of 200 rpm for 40 hours and then annealed in air for 2 hours and at different temperatures from 900 °C to 1350 °C. The morphology was examined by ultra-high resolution scanning electron microscopy (Jeol JSM-7600F). The phase structure and crystallinity of samples were characterized by the X-ray diffraction (Bruker D8 Advance XRD). Chemical bonds were studied by using Raman measurements (Horiba Jobin-Yvon LabRAM HR Raman). Optical properties of all samples were investigated by a photoluminescence spectroscopy (Nanolog, Horiba Jobin Yvon, 450 W) at room temperature. The sample preparation process is shown in Figure 1.

3. RESULTS AND DISCUSSION

3.1. Material morphology

Figure 2 shows FESEM images of ZnO-SiO$_2$ powder with weight ratio of 1:2 after high-energy planetary ball milling for 40 hours (a) and after annealing at 1250 °C for 2 hours in air (b). From Fig. 2a, it can be seen that the initial ZnO-SiO$_2$ powder is broken down into pieces of a few tens of nanometers in size after ball-milling process. The particles size increases and reaches the average size of ~1 to 1.5 μm after annealing at 1250 °C for 2 hours in air environment (Fig. 2b).

![Figure 2. FESEM images of ZnO-SiO$_2$ powder with the weight ratio of 1:2 after high-energy planetary ball milling for 40 hours (a) and after milling and annealing at 1250 °C for 2 hours in air environment (b).](image-url)
3.2. Material structure

Figure 3 displays X-ray diffraction (XRD) patterns of ZnO-SiO₂ powder after high-energy planetary ball milling for 40 hours and heat-treatment at different temperatures of 900 °C, 1250 °C, and 1350 °C for 2 hours in air environment. The XRD pattern of the non-heat treatment sample (see Fig. 3a) reveals two main sets of diffraction peaks which characterize ZnO and SiO₂ materials (JCPDF card No. 00-005-0664 and 00-027-0605, respectively). It means that ball-milling does not result in the formation of any new phase. When annealing sample at 900 °C, the characteristic peak of Zn₂SiO₄ phase has been observed, however, its intensity is still much smaller than one of silica and zinc oxide, as shown in Fig. 3b. From XRD patterns in Fig. 2(c,d), it can be seen that the Zn₂SiO₄ phase become dominant after annealing at 1250 °C and 1350 °C (JCPDF card 37-1485). This result indicates that the solid reaction between silica and zinc oxide has occurred during high temperature annealing process.

3.3. Material vibrational spectra

Raman spectra of ZnO-SiO₂ powders after high-energy planetary ball milling for 40 hours and after annealing at 900 °C, 1250 °C, and 1350 °C for 2 hours in air are shown in Fig. 4. It can be seen that after ball-milling and heat-treatment at low temperature (900 °C), the spectrum shows vibrational modes at 433 cm⁻¹ and 460 cm⁻¹ which originate from Zn-O bond and siloxane link-age [12] of ZnO and SiO₂ materials, respectively. It is concluded that the willemite Zn₂SiO₄ has not been formed yet (see Fig. 4(a, b)). This is consistent with aforementioned XRD result. Fig. 4 (c, d) show Raman spectra of samples annealed at 1250 °C and 1350 °C, respectively. The Raman spectra contain vibrational modes at 348, 397, 868, 903 and 947 cm⁻¹ which correspond to the surface of siloxance group (the Si–O–Si linkage) and characteristics of Zn₂SiO₄ material [12]. This is also in good agreement with the XRD characterization result.
Figure 4. Raman spectra of ZnO-SiO$_2$ powder (with weight ratio of 1:2) after high-energy planetary ball milling for 40 hours (a) and ZnO-SiO$_2$ samples after milling and annealing at 900 °C (b), 1250 °C (c), and 1350 °C (d) for 2 hours in air environment.

3.4. Optical properties

Figure 5 shows PL spectra at room temperature of the ZnO-SiO$_2$ powder after high-energy planetary ball milling for 40 hours and after annealing at different temperatures for 2 hours in air environment. The PL spectrum of sample before heat treatment covers a broad wavelength range from 450 to 850 nm. The origin of this emission band can be attributed to defect-related emissions in ZnO or SiO$_2$ [13]. According to Lokesh Shastri et al., the broad green – red emission band found in the sample can be attributed either to oxygen interstitial defects or the transition from zinc interstitials (Zn$_i$) to oxygen interstitials (O$_i$) above the valence band [9]. For sample annealed at low temperature (900 °C), the weak emission peak appears around 540 nm can be attributed to defect-related emissions of ZnO and SiO$_2$ materials after ball-milling process, respectively (see inset in Fig. 5b). It means that under ball-milling and heat treatment conditions at 900 °C, the interaction between ZnO and SiO$_2$ has not been observed. This is in good agreement with the XRD and Raman results that we discussed above.

However, when the samples were annealed at higher temperatures (1150, 1250 and 1350 °C), their emission spectra show two broad bands centered at 525 nm and 740 nm. The former is attributed to ZnO or SiO$_2$ defects such as oxygen vacancy ($V_o$), zinc interstitials (Zn$_i$), oxygen interstitials (O$_i$) or other reasons [14, 15]. The latter has been reported and discussed in the previous studies [8, 16, 17]. For example, the NIR emission around 670-740 nm has been assigned to be related to $V_o$ and Zn$_i$ in some reports [16] while the origin of the peak at 760 nm is attributed to energy transfer from Zn$_2$SiO$_4$ particles to NBOHs interface defects in some others [4, 5, 7, 18]. Tu Nguyen et al. have explained the NIR emission at 730 nm as the result of the energy transition from NBOHs to Zn$_i$ or $V_o$ states in Zn$_2$SiO$_4$ particles [17]. This suggests that
the origin of NIR emission (around 740 nm) could be related to energy transfer from NBOHs interface defects to defect states in Zn$_2$SiO$_4$ particles. Besides, the annealing temperature of 1250 °C appears to be the optimal condition for the highest PL intensity of the NIR emission.

4. CONCLUSION

Near infrared Zn$_2$SiO$_4$ phosphor has been produced successfully by high-energy ball milling technique followed by annealing in air. The XRD and Raman measurements reveal the formation of Zn$_2$SiO$_4$ phase with the annealing temperature of 1250 °C. This high-temperature annealing powder emits intensively in the near infrared peaking at 740 nm. The origin of this emission is has been interpreted as due to energy transfer from NBOHs interface defects to defect states in Zn$_2$SiO$_4$ crystalline powder. Being simple to produce and with strong NIR emission intensity, the Zn$_2$SiO$_4$ powder obtained in our experiment is a potential NIR component for high CRI white light emitting diode.

Acknowledgment. This research is funded by Vietnam National Foundation for Science and Technology Development (NAFOSTED) under grant number 103.03-2016.68. One of the authors - Le Thi Thao Vien - would like to thank Rang Dong Light Source and Vacuum Flask Company for granting her the PhD scholarship.

REFERENCES

1. Date C. R., Date R., and Date A. - luminescence properties of α and β-Zn$_2$SiO$_4$:Mn Zn$_2$SiO$_4$:Mn nanoparticles prepared by a co-precipitation method, Journal of Alloys and Compounds 688 (2016).
2. El Mir L., Omri K., and El Ghoul J. - Effect of crystallographic phase on green and yellow emissions in Mn-doped zinc silicate nanoparticles incorporated in silica host matrix,
3. Šváncárek P., Klement R., and Galusek D. - Photoluminescence of (ZnO)ₓ/(SiO₂)ᵧ:(MnO)z green phosphors prepared by direct thermal synthesis: The effect of ZnO/SiO₂ ratio and Mn⁴⁺ concentration on luminescence, Ceramics International, 42 (2016) 16852–16860.

4. El Ghoul J., Omri K., Alyamani A., Barthou C., and El Mir L. - Synthesis and luminescence of SiO₂/ZnₓSiO₄ and SiO₂/ZnₓSiO₄:Mn composite with sol-gel methods, Journal of Luminescence 138 (2013) 218–222.

5. El Ghoul J., Omri K., El Mir L., Barthou C., and Alaya S. - Sol-gel synthesis and luminescent properties of SiO₂/Zn₄SiO₄ and SiO₂/Zn₄SiO₄:V composite materials, Journal of Luminescence 132 (2012) 2288–2292.

6. An, J.-S., Noh J. H., Cho I.-S., Roh H.-S., and Kim J. - Tailoring the Morphology and Structure of Nanosized ZnₓSiO₄: Mn²⁺ Phosphors Using the Hydrothermal Method and Their Luminescence Properties, The Journal of Physical Chemistry C 114 (2010) 10330–10335.

7. El Ghoul J., Omri K., Gómez-Lopera S. A., and El Mir L. - Sol-gel synthesis, structural and luminescence properties of MT-doped SiO₂/Zn₄SiO₄ nanocomposites, Optical Materials 36 (2014) 1034–1039.

8. M. Bouguerra, Samah M., Belkhir M. A., Chergui A., Gerbous L., Nouet G., Chatteigner D., and Madelon R. - Intense photoluminescence of slightly doped ZnO-SiO₂ matrix, Chemical Physics Letters 425 (2006) 77–81.

9. L. Shastri, M. S. Qureshi, and M. M. Malik - Photoluminescence study of ZnO–SiO₂ nanostructures grown in silica matrix obtained via sol–gel method, Journal of Physics and Chemistry of Solids 74 (2013) 595–598.

10. El Ghoul J. and El Mir L. - Sol-gel synthesis and luminescence of undoped and Mn-doped zinc orthosilicate phosphor nanocomposites, Journal of Luminescence 148 (2014) 82–88.

11. Tu N., Trung D. Q., Kien N. D. T., Huy P. T., and Nguyen D. H. - Effect of substrate temperature on structural and optical properties of ZnO nanostructures grown by thermal evaporation method, Physica E: Low-dimensional Systems and Nanostructures 85 (2017) 174–179.

12. Yadav T. P., Yadav R. M., and Singh D. P. - Mechanical Milling: a Top Down Approach for the Synthesis of Nanomaterials and Nanocomposites, Nanoscience and Nanotechnology 2 (2012) 2–48.

13. Buddhudu B. C. B. S., - Analysis of structural and electrical properties of Ni²⁺: ZnₓSiO₄ ceramic powders by sol – gel method, Journal of Sol-Gel Science and Technology 70 (2014) 405–415.

14. Janotti A. and Van de Walle C. G. - Native point defects in ZnO, Physical Review B 76 (2007) 165202.

15. Shan F. K., Liu G. X., Lee W. J., and Shin B. C. - The role of oxygen vacancies in epitaxial-deposited ZnO thin films, Journal of Applied Physics 101 (2007) 53106.

16. Xu X., Xu C., Dai J., Pan J., and Hu J. - Evolutions of defects and blue-green emissions in ZnO microwhiskers fabricated by vapor-phase transport, Journal of Physics and Chemistry of Solids 73 (2012) 858–862.

17. Barthou C. - Mn⁵⁺ Concentration Effect on the Optical Properties of ZnₓSiO₄:Mn Phosphors, Journal of The Electrochemical Society 141 (1994) 524.

18. El Ghoul J., Barthou C., Saadoun M., and El Mir L. - Synthesis and optical characterization of SiO₂/ZnₓSiO₄:Mn nanocomposite, Physica B: Condensed Matter 405 (2010) 597–601.